# The m agnetic reversal in dot arrays recognized by the selforganized adaptive neural netw ork 

$M$ artin Gmitra and D enis H orvath<br>D epartm ent of $T$ heoretical $P$ hysics and A strophysics,<br>U niversity of P J.Safarik,<br>M oyzesova 16, 04001 K osice,<br>Slovak R epublic


#### Abstract

The rem agnetization dynam ics of $m$ onolayer dot array superlattice $X Y 2-D$ spin $m$ odel $w$ ith dipole-dipole interactions is sim ulated. W ithin the proposed $m$ odel of array, the square dots are described by the spatially $m$ odulated exchange-couplings. The dipole-dipole interactions are approxim ated by the hierarchical sum $s$ and spin dynam ics is considered in regim e of the LandauLifshitz equation. The sim ulation of reversal for 40000 spins exhibits form ation of nonuniform intra-dot con gurations w ith nonlinear wave/anti-w ave pairs developed at intra-dot and inter-dot scales. Several geom etric and param etric dependences are calculated and com pared w ith oversim pli ed four-spin $m$ odel of reversal. The role of initial conditions and the occurrence of coherent rotation m ode is also investigated. The em phasis is on the classi cation of intra-dot or interdot (interfacial) $m$ agnetic con gurations done by adaptive neural netw ork $w$ ith varying num ber of neurons.


PACS:N anostructures: $79.60 \mathrm{~J}, \mathrm{M}$ agnetostatics $41.20 \mathrm{G}, \mathrm{M}$ agnetic ordering 75.10 , N um erical sim ulation studies 75.40 M g

K ey words: m agnetic dot array, neural netw ork m odel, X Y m odel, num erical sim ulation

## 1 Introduction

$M$ any interesting applications of the nanom eter periodic $m$ agnetic dot arrays are expected in the $m$ agnetic recording [1] and $m$ agnetic sensors. The $m$ agnetic nanostructures represent $m$ odel system $s$ for study of interesting physical phenom ena stem $m$ ing from the well controlled dot shape anisotropy and dom inance of $m$ agnetostatic interactions at the scales com parable or larger than dot size. The $m$ agnetostatics cause the coupling of dom ains over the inter-dot interfaces. The current perspective technologies require understanding and controlling ofdynam icm agnetization processes in ne particles on nanoscales, because by them them agnetic bits are written into recording $m$ edia. H ence of particular interest is the dynam ics of $m$ agnetization reversal.

The static and dynam ic nonuniform $m$ agnetization states in $m$ agnetic nanostructures including the thin m s and isolated sm all particles have been studied by $m$ icrom agnetic $[2,3,4]$ and M onte $C$ arlo $[5,6,7,8]$ sim ulations. O n a qualitative level intra-dot nonuniform ities can be characterized as a superpositions of vortices, ow ers, dom ain walls, etc.. The problem of nonuniform ities in exchangedom inated structures can be solved exactly [9].

O ur recent activity is directed to algorithm sallow ing system atic and fast classi cation of sim ulated $m$ agnetic structures. The $m$ ethodology presented in this paper is inspired by the progress in the theory of arti cialneuralnetw orks that are nonlinear m odels suitable to reduce, classify or interpolate data structures representing the com plex pattems [10]. In the previous paper [11] we suggested the im plem entation of radialbasis function netw orks to $m$ odel the ordering of dots in arrays. In the next paper [12] the neural netw ork training was applied to multiscale num erical com putations. The lack of our previous two approaches was the absence of realistic dynam ics and restriction to quasi-static lim it. In the present paper our interest is focused to the netw orks which analyze spin con gurations
generated by the spin lattice dynam ical sim ulations. It $m$ eans that netw ork solves here classical postprocessing problem known in the $m$ icrom agnetic context [13]. O ur approach has $m$ any in com $m$ on w ith experim ent treatm ent [14], where self-organized netw ork w as em ployed to identi cation of vortex $m$ odes ofm agnetic thin 1 m m edia. In the presented paper the classi cation is applied to con gurations generated by the $m$ agnetization reversal $w$ thin the $X Y$ superlattioe $m$ odel of ultra-dense array. The $m$ otivation for study of ultra-dense spin structures $w$ as the expectation of extrem al inter-dot e ects.
$T$ he $m$ ain reason for the choice of the $X Y$ spin $m$ odel is relative com putational sim plicity of $2-D$ dynam ics. But there are two regim es forwhich $2-D$ approxim ation is justi ed physically. (i) The rst regim e belongs to lim it of very strong dam ping which suppresses precession and accelerates reversal [15]. (ii) T he second regim e represents lim it of strong in-plain [16] or shape anisotropy associated w ith dem agnetization eld of thin $m$ sam ple [17]. In this regim e anisotropy causes deform ation of spin trajectory and accelerates reversal [18]. N evertheless, one should to note that realistic dam ping is su ciently sm all, and thus $2-D$ rem agnetization is practically quasistatic. In the quasistatic lim it the dam ping param eter hasm eaning of auxiliary param eter rescaling the tim $e$. $R$ ecent results obtained for discrete spin system s provide $m$ ore optim istic view on the valuation of arti cial dynam ics of reversal. $T$ he exam ple is the sim ulation of [19] dem onstrating that sw itching tim e M onte C arlo dependences can coincide after som e rescaling with predictions of the stochastic Landau- ifshitz equation.

The plan of the paper is the follow ing. T he interaction picture and dynam ics of array m odel are de ned in section 2. The sim ulations of array reversal are presented and discussed in section 3. The details of adaptive neural netw ork treatm ent of intra-dot con gurations are given in subsection 3.3.

## 2 X Y periodically m odulated superlattice m odel of array

In this section we form ulate the interaction picture and dynam ics of ultra dense array model. The $m$ agnetic ordering is described by the system $s$ of the classical planar spins located on the square tw o dim ensional lattice. The spin on site is a ected by e ective eld
$w$ here $S=S{ }_{x} e_{x}+S{ }_{y} e_{y}$ is the planar spin, $H$ is the extemalm agnetic eld in energy units, $L$ is the linear size of the square $L \quad L$ spin lattice system. H ere and in further $e_{x}, e_{y}$ denote the unit vectors along the $m$ ain $C$ artesian axes. $R$ ather convenient for a com puter purposes is to use one dim ensional enum eration schem e of spin sites $2 \mathrm{f0} ; 1 ; 2 ;::: \mathrm{L}^{2} \quad 1 \mathrm{~g}$. (A llof the geom etric details presented in this section are discussed in the A ppendix A.1.) T he rst sum of Eq.(1) represents dipolar contribution proportional to constant $D$, where $r$ is vector pointing from site to. The vector is $m$ easured in lattioe constant units, $n=r=j r j$ is the auxiliary unit vector. $T$ he second sum of Eq . (1) involves nearest neighb or exchange coupling term $J$ determ ined by single param eter $J>0 \mathrm{multiply}$ ing the site-site connectivity matrix $2 \mathrm{fl} ; 0 \mathrm{~g}$ constrained by jr $j=1$ condition; is 0 for any bond at inter-dot boundary and 1 inside a dot. The site dependence of takes into account square shape of dot of the linear size $\mathrm{L}_{0}$. T he spin system partitioned by consists of $\mathrm{L}_{\mathrm{d}}^{2}=\left(\mathrm{L}_{\mathrm{L}}=\mathrm{L}_{0}\right)^{2}$ dots w ith $m$ inim um inter-dot distance equal to the unit lattioe spacing and corresponding to extrem al space lling.

In $2-D$ case Landau-乙ifshitz equation reduces to dam ping term. The num erical integration schem e discussed in A ppendix A 2 can be derived from recursive propagator form

$$
\begin{equation*}
S(+\quad)=\hat{U}^{Z}+\quad!\left({ }^{0}\right) d^{0} S \quad() ; \tag{2}
\end{equation*}
$$

 the spin rotation, is the tim e integration step, is the reduced time related to real time $t$ as
$=0 M_{s} t$, where 0 is perm eability of free space, is the gyrom agnetic ratio and $M_{s}$ is the saturation $m$ agnetization. The unitarity of spin rotation $m$ atrix

$$
\hat{U}(r)=\begin{array}{ll}
\cos ^{\prime} & \sin ^{\prime}  \tag{3}\\
\sin & \cos ^{\prime}
\end{array}
$$

$\frac{\mathrm{i}}{\mathrm{R}} \mathrm{p}$ lies that num erical schem e adapted from Eq.(2) conserves the spin vector size independently of $+\quad$ ! ( ${ }^{0}$ )d ${ }^{0}$ quadrature.

The tim e dem anding task represents sum $m$ ation of dipolar elds. The substantial reduction of tim e allow s the use of the hierarchical approach [20] w ith a detailed summ ation of near and rough sum $m$ ation of far eld contributions. T he speci c geom etry of array leads to the natural spin block de nition

$$
S_{j}^{d}=\underbrace{1}_{\substack{\text { }=0 \\ \text { i }\left(X^{2}=j\right.}} S \quad ; \quad j 2 f 0 ; 1 ; 2 ;::: ; L_{d}^{2} \quad 1 g ;
$$

where sum runs over the spins of index belonging to dotindex $i()=j$ and dot position $r_{i(~)}^{d}$. In fram e of tw o-level hierarchical approxim ation dipolar eld is splitted to near $h^{e}$;N and far $h^{e}$; ${ }^{F}$ eld
depending on the unit vectors $n_{i() j}^{d}=r_{i() j}^{d}=j r_{i() j}^{d} j r_{i() j}^{d}=r_{j}^{d} \quad r_{i()}^{d}$. The sum $m$ ation rule is controlled by the scale-separation cut-o $r_{\text {cut }}$.

## 3 The results of array reversal sim u lations

In this section we present the simulations of the square shaped nite array including 40000 spins. To analyze the sim ulation outputs we applied: (i) the qualitative recognition of the con guration snapshots; (ii) the com paring of the com plex array dynam ics $w$ th the dynam ics of $m$ uch sim pler system $s$; (iii) the clustering of intra-dot $m$ agnetic con gurations using neural netw orks. The global inform ation on the array ordering concems the $m$ agnetization per site

$$
\begin{equation*}
M()={\frac{1}{L^{2}}}_{=0}^{L_{X}^{2} 1} S(\quad): \tag{7}
\end{equation*}
$$

$T$ he sim ulations were perform ed for uniform zero $S j=0=H=H=e_{x}$ and non-zero bias $S j=0=$
 tim ewhen $H \quad M$ projection gains at rst the bound

H $\quad \mathrm{M}(\mathrm{d})=0$ :

### 3.1 The qualitative approach based on tw o-scale sim ilarity

To obtain the prelim inary qualitative inform ation about the swithing $m$ echanism we run the sim $u-$ lation of reversal dynam ics in the eld $H=J=1$ and coupling $D=J=0: 1$ for dot size $L_{0}=20$ and bias ${ }^{\prime}{ }_{0}=0$. Under these conditions we obtained estim ate $\mathrm{ch}=8: 516$.

At the beginning of reversal the extemalm agnetic eld nucleates reversal dom ains at the comers of dots. T he recognition of sim ulated system $s$ show $s$ that rem agnetization is m ore hom ogeneous and easier when dots are localized at the comens of array, whereas nonuniform ities occur due to m irror sym m etry of e ective elds typical for dots standing in positions closer to axial zone of array. This property is illustrated by snapshot taken at characteristic tim e as is shown in $F i g .1$. The typical for nonuniform rem agnetization is that reverse dom ains, which gain extemal eld polarity, grow from the dot comens and pass tow ard the dot centers. A the interm ediate stages dom ain w alls -nonlinear waves [5] betw een reverse and initial polarity dom ains becom e narrow. In the context w ith nanoparticles
and our sm all-scale sim ulations we prefer to use the term nonlinear w ave instead of dom ain wall since nonlinear $w$ ave better expresses nonlocal character of arising spin structures. At the nal stage of the inhom ogeneous reversal the sum of extemal and dipolar eld can, if su ciently strong, hom ogenize intra-dot ordering by annihilating of wave/anti-wave pains (W AP). Sim ilarm echanism was studied in detail for linear spin chain [21]. A s we see from the schem e depicted in Fig. 2 the reversalm echanism in dots is position and tim e dependent for nite size arrays. The form ation of W AP is an exam ple of inhom ogeneous rem agnetization. T he process is characteristic for later tim es and dots placed nearly the axial array zone as is depicted in F ig. 3. The parallelism betw een spin chain and array behavior inspired the $m$ onitoring of spin projections sum $m$ arized in $F$ ig. 4. The gure show $S S_{y}$ components taken from severalsuperlattice site lines crossing array in extemal eld direction. T he tim e sequence of these pro jections reveals that each inter-dot interface acts as a phase-shifter ofW A P form ed in di erent dots. The consequence of inter-dot coupling is the large-scale W AP w ith shape resem bling its sm allscale intra-dot counterpart (see Fig.5). It is rather surprising that for its build up $m$ agnetostatic forces su œ. The spatio-tem poral two-scale sim ilarity of $m$ agnetic ordering ilhustrated in $F$ ig. 6 originates from spatial distribution of dipolar elds of square-shaped dots em bedded into square-shaped array.

### 3.2 The quantitative analysis of sw itching, the e ect of bias

### 3.2.1 The dot-size dependences

W e continue w the com paring of $\mathrm{ch}\left(\mathrm{L}_{0}\right)$ dependences for pattemed structure as well as for the isolated dots $w$ ith zero and non-zero bias. The varying of $L_{0}$ is in som e sense equivalent to varying of dipolar and exchange coupling contributions. T he results for patteming $L_{0}=5 ; 10 ; 20 ; 25 ; 40 ; 50$ for $D=J=1$ are depicted in $F$ ig. 7 , where the characteristic tim es of the interacting and isolated dots are also com pared. From the sim ulations it follows that inhom ogeneities grow as $L_{0}$ increases. $T$ he reverse phase nucleates preferentially at dot surfaces and reduces oh in larger dots. If inter-dot interactions are considered ch ( $L_{0}$ ) dependences look sm oother than dependences obtained for isolated dots. The interactions a ect spatial dispersion of! , which means that som e dots are accelerated and som e decelerated during reversal. The sim ulations of isolated dots show that di erences betw een zero and non-zero bias are larger for sm aller $L_{0}$. The decrease of ch due to uniform bias ' $0>0$ is a m anifestation of the Stoner-W ohlfarth coherent regim e.

### 3.2.2 The interplay of $D, J, H \prime^{\prime}$ ' o param eters, $m$ in im al four-spin $m$ odel

In this section $m$ inim al four-spin $m$ odel and com plete array $m$ odel of $m$ agnetization reversal are discussed and com pared. The minim alm odel consists of four spins arranged to 22 square segm ent of unit size. In the segm ent four nearest pairs are coupled by the exchange interaction and all of the pairs by dipole-dipole interaction. D espite of substantial geom etric truncation, all of the interactions considered for array take place in four-spin $m$ odel. The sim ulation of the $m$ in im al $m$ odel system provides $\underset{\mathrm{ch}}{\mathrm{f}}$ characteristics depicted in Fig . 8. They consist of two qualitatively di erent regim es separated by bifurcation point $D=D{ }_{c}^{f} m$ anifested by ${ }_{c h}^{f}(D)$ cusp. At ${ }_{c}^{f}$ severalm odes com pete, the interaction and extemal elds are nearly balanced and frustrated spins need quite long tim e to select the $w$ inning $m$ ode. For $D<D{ }_{c}^{f}$ the reversal is very susceptible to choice of in itial bias. It is easy to check that even sm all' $0>0$ accelerates reversal and stabilizes coherent or quasi-coherent rotation in coincidence w ith the Stonerw ohlfarth scenario. Further simpli cation of four-spin dynam ics which clari es situation can be done assum ing the totalcoherence ofspins. The consequence is the elim ination of three angular variables and analytic expression

$$
\begin{equation*}
\stackrel{\mathrm{f}}{\mathrm{ch}}=\frac{4^{\mathrm{p}} \overline{2} J^{\mathrm{Z}}}{\mathrm{~L}},_{0}^{=2} \frac{\mathrm{~d}^{\prime}}{3 \mathrm{D} \cos \left(2^{\prime}\right)+4^{\mathrm{P}} \overline{2} \mathrm{H} \sin ^{\prime}}: \tag{9}
\end{equation*}
$$

$w$ here $L=4={ }_{0} M_{s}$ is undim ensional param eter proportional to dam ping param eter . The expression obtained in the lim it D! 0 is rather well known

$$
\begin{equation*}
\mathrm{ch}=\frac{\mathrm{J}^{\mathrm{Z}}}{\mathrm{HL}},_{0}^{=2} \frac{\mathrm{~d}^{\prime}}{\sin ^{\prime}}=\frac{\mathrm{J}}{\mathrm{HL}} \ln \left(\operatorname{cotg}\left({ }^{\prime}{ }_{0}=2\right)\right): \tag{10}
\end{equation*}
$$

For D > 0 the integral Eq.(9) leads to nite $\underset{c h}{f}$ even in the case' $0=0$. It $m$ eans that dipolar coupling rem oves logarithm ic divergence / $\ln \boldsymbol{\prime}^{\prime}$ o of $\frac{f}{c h}$ and substitutes in part the e ect of ${ }^{\prime}>0$.

In the regim e $D<D{ }_{c}^{f}$ the bias ${ }^{\prime} 0=0$ induces non-uniform ower m ode belonging to characteristic tim ewhich is out of the scope of Eq. (9). T he four-spin dynam ics attained by sim ulation for $D>\mathrm{D}_{\mathrm{c}}^{\mathrm{f}}$ is even $m$ ore com plex. In that case the choice of bias losses its dynam ical relevance. T he sim ulations show that quite short tim $e$ is needed to form the transient long-living ow er mode (long w ith respect to $\underset{c h}{f}$ ) which alters to vortex $m$ ode at nal stages.
$W$ ith the four-spin system behavior in $m$ ind the attention is tumed now to the com plex array dynam ics. As we see from $F$ ig. 9 ch ( $(\mathrm{F}=\mathrm{J})$ dependence does not contain sharp cusp. Instead of it, the slope variation of ch $\left(D=J\right.$ ) arises (labeled as $D_{c}$ in analogy to $D_{c}^{f}$ ). For $L_{0}=20$ and $H=J=1$ the position of $D_{c}$ can be estim ated as $D_{C}{ }^{\prime} 5 \mathrm{~J} . T$ he con guration snapshots show that near $D_{c}$ the array consists of spin con guration loops of diam eters approaching single dot size or size of several dots. For $D>D_{c}$ the array reversal generates non-collinear antiferrom agnetic phases. The com $m$ on feature of oversim pli ed four-spin $m$ odel and array sim ulation is that nite $\underset{c}{f}$ and ch are attained even for' $0=0$ due to non-collinearity of extemal and dipolar elds. From dependences depicted in $F$ igs. 7 and 9 it follow s that geom etric variations in $L_{0}$ can produce less rem arkable changes than $D=J$ param eters.

For com pleteness the extemal eld dependences of characteristic tim e should be mentioned. From Eq.(9) one can obtain for $D=H \quad 1$ the asym ptotic expansion of characteristic tim e $\underset{\sim}{f}=(\mathrm{d}=(\mathrm{L} H))$
 of reasonable tting function covering the array data. T he array simulations in F ig. 10 show sthat ch coincides qualitatively w ith asym ptotic predictions of four-spin system.

### 3.3 The intra-dot com plex structures in representation of ART netw ork

The arti cialneuralnetw ork $m$ odels [10] inspired by the physiology are able to $m$ im ic action ofneurons and synaptic connections ofbrain. T he salient feature of neural system $s$ is the associative recogn ition of the complex structures. This ability is attained by training of synaptic connections - neurons. In this paper we deal with networks based on the adaptive resonance theory (ART) developed by C arpenter and G rossberg [22] originally as a m odelexplaining adaptive phenom ena in visual system s . The fam ily ofART algorithm sbelongs to unsupervised self-organized algorithm sm otivated by need to construct netw ork su ciently adaptive to novel inputs. T he adaptivity $m$ eans that netw ork produces new neurons ifdiversity of inputs overcom es the prede ned threshold represented by so called vigilance param eter. On the other hand redundancy of inform ation leads to the annihilation of neurons. For sum $m$ ary of ART netw ork applications see e.g. [23]

### 3.3.1 The encoding of intra-dot $m$ agnetic structure

The ideas of clustering and adaptivity of the ART netw orks led us to their application to magnetic intra-dot con gurations generated during reversal. At rst, an appropriate form at for encoding of $m$ agnetic con gurations is suggested. Sim ilarly to form ulation [11] the con gurations are encoded by $2 \mathrm{~N}_{\mathrm{c}}$ dim ensionaltuples

$$
\begin{equation*}
\mathrm{m}_{\mathrm{i}} \quad\left[\mathrm{~m}_{\mathrm{i} 1} ; \mathrm{m} \text { i2 } ;::: ; \mathrm{m}_{\text {in }}^{c}\right] \text {; } \tag{11}
\end{equation*}
$$

where

$$
\begin{equation*}
m_{\text {in }}={\frac{1}{N_{S}}}_{122_{\text {in }}} S_{1} ; \quad i=1 ; 2 ;::: ; \mathrm{L}_{\mathrm{d}}^{2} ; \quad \mathrm{n}=1 ; 2 ;::: ; \mathrm{N}_{\mathrm{C}} \tag{12}
\end{equation*}
$$

is the local average taken from $\mathrm{N}_{\mathrm{S}}$ spins (see Fig . 11), where sum runs over site 1 taken from $n$th segm ent of ith dot labeled as 2 in. E ach dot is subdivided to $N_{C}=L_{0}^{2}=N_{S}$ intra-dot square segm ents. $T$ he system of $L_{d}^{2}$ intra-dot con gurations is transform ed into $\mathrm{mr}_{i}$ tuples incom ing to ART, which com presses them to $\mathrm{N}_{\mathrm{w}} \quad \mathrm{I}_{\mathrm{d}}^{2}$ neurons

$$
\begin{equation*}
w_{j} \quad\left[w_{j 1} ; w_{j 2} ;::: ; w_{j N_{c}}\right] ; \quad j 2 \text { f1;2;::: } N_{w} g \tag{13}
\end{equation*}
$$

representing the basal types of intra-dot ordering. The self-organization $m$ echanism of neurons discussed in the next is controlled by the coincidence between input $\mathrm{mr}_{i}$ and output wio. As a proper $m$ easure of coincidence is chosen Euclidean distance
where T labels transposition.

### 3.3.2 The ART clustering algorithm

$T$ he training algorithm is described in the follow ing points

1. Initialization setting $N_{w}=1, w_{1}=m_{i}$ for random dot selection between i2 f0;1;:::; $L_{d}^{2} 1 g$.
2. Loop through the set of intra-dot $m$ agnetic con gurations. For each random ly selected dot i follow s:
2.1 P resentation ofnt to $A R T$ netw ork. The training is realized for $k=1 ; 2 ;::$ iteration steps.
2.2 Computing of the actual index $j(k ; i)$ of the red neuron $w_{j}(k ; i)(k)$ trained by me ipattem according to the com petitive rule

$$
\begin{equation*}
j(k ; i)=\arg \min _{j=1 ; 2 ;:: ; \mathbb{N}_{w}} \operatorname{kw}_{j}(k) \quad m_{i} k \quad: \tag{15}
\end{equation*}
$$

2.3 C om paring $k w_{j}(k ; i)(k) \quad m_{i} k$ to the vigilance param eter .

2 3.1 U pdate of the neuron weights via Hebbian training rule [10]

$$
\begin{equation*}
w_{j}(k ; i)(k+1)=w_{j}(k ; i)(k)+(k) m_{i} \quad w_{j}(k ; i)(k) \tag{16}
\end{equation*}
$$

is applied if $\mathrm{kw}_{j}(k ; i) \quad \mathrm{m}_{\mathrm{i}} \mathrm{k} \quad$. The update shiftswinning vector tow ard nearby input w ith rate proportional to plasticity param eter $(\mathrm{k})=0 \exp (\mathrm{k}=\mathrm{train})$ relaxing w ith training tim e train.
2.3.2 C reation of new neuron $N_{w} \quad N_{w}+1$, $w_{N w} \quad \mathrm{mr}_{\mathrm{i}}$ if $\mathrm{kw}_{\mathrm{j}}(\mathrm{k} ; \mathrm{i})(\mathrm{k}) \quad \mathrm{m}_{\mathrm{i}} \mathrm{k}>\quad$.
2.4 Annihilation ofneuron pair $\left[\mathrm{w}_{z_{1}}(k) ; \mathrm{w}_{\mathrm{z}_{2}}(\mathrm{k})\right]$, ordered as $\mathrm{z}_{1}<\mathrm{z}_{2}$, w ith indiees $\mathrm{z}_{1}$, $\mathrm{z}_{2}$ selected according to $m$ inim um distance

$$
\begin{equation*}
\left[\mathrm{z}_{1} ; \mathrm{z}_{2}\right]=\quad \arg \underset{\mathrm{z}_{1} ; \mathrm{z}_{2}}{\mathrm{~m}} \mathrm{kw}_{\mathrm{z}_{1}} \quad \mathrm{w}_{\mathrm{z}_{2}} \mathrm{k} \tag{17}
\end{equation*}
$$

if $k w_{z_{1}} \quad w_{z_{2}} k<$. The product of anninilation $\left[z_{1} ; z_{2}\right]!z_{1}, N_{w} \quad N_{w} \quad 1$ is the neuron $w_{z_{1}}$ determ ined by the $m$ idpoint nule $w_{z_{1}} \quad \frac{1}{2}\left(w_{z_{1}}+w_{z_{2}}\right)$. A fter this update of $w_{z_{1}}$ the neurons having $j \quad z_{2}$ are rew ritten: $w_{j} 1 \quad w_{j}$ •
3. Stop criterion is represented by the inequality

$$
\begin{equation*}
\frac{1}{L_{d}^{2}}{ }_{i=0}^{L_{X}^{2} 1} k w_{j(k ; i)}(k+1) \quad W_{j}(k ; i)(k) k<" ; \tag{18}
\end{equation*}
$$

where " is sm all param eter. If the above inequally is not ful lled, the algorithm follow s from the step 2 w th k increm ented by 1.

The stop criterion indicates when the netw ork attains a xed point of $\mathrm{w}_{\mathrm{j}} \mathbf{j} \mathbf{j}=1 ; 2 ;::: ; \mathrm{N}_{\mathrm{w}}$ inchuding the cluster of typical representative intra-dot con gurations.

### 3.3.3 The ART applied to di erent stages of reversal

The ART netw ork has been applied independently to array con gurations attained at selected stages of reversal. The results of self-organization are presented in $F$ igs. 13-15. The ART self-organization was carried out for tuned param eters $0=0: 1$, train $=20, "=10^{6},=1: 15$. The most im portant seem s to be optim ized choige of an appropriate vigilance connecting and $\mathrm{N}_{\mathrm{w}}$. It stem from calibration in $F$ ig. 12. D uring it $w$ as decreased slow ly from the initial $=1: 5$ stabilizing single neuron. This decrease of was stopped for $\mathrm{N}_{\mathrm{w}}=\mathrm{L}_{\mathrm{d}}^{2}=100$ com peting neurons.

TheART view point on reversal leads to intra-dot taxonom $y$ depicted in $F i g .13$. In this gure the m ost sim ilar neurons [in the sense of generalized distance Eq.(14)] at di erent tim es are joined by the arrow s . T he ART m odel clearly distinguishes betw een branches of coherently rotating $m$ onodom ain dots and dots $w$ th $m$ ore com plex order. T he diversity of con gurations occurring near the intemal
energy $m$ axim $a$ is re ected by the cardinality of neuron population. The ART pruning at late time stages is associated with sm all intra-dot diversity within the array. How choice of a ects the in form ation content of netw ork is clearly dem onstrated in $F$ ig. 14. T he supplem entary problem solved by ART represents classi cation of interfacial inter-dot con gurations. In that case the con guration tuples $\mathrm{mr}_{\mathrm{i}} \mathrm{w}_{\mathrm{j}} \mathrm{h}$ have been combined from m in segm ents [see Eq.(12)] of adjacent quadrants of four neighboring dots. T he results depicted in $F$ ig. 15 indicate preferential form ation of inter-dot vortiges and strong tendency to inter-dot pinning also for conditions when form ation of intra-dot vortices is disadvantageous.

## 4 C onclusions

Them agnetization reversalhas been sim ulated for superlattice spin modelof the ultra-dense magnetic dot array. Several aspects of reversal dynam ics for di erent exchange and $m$ agnetostatic couplings, extemal elds, geom etric param eters and initial conditions have been studied. It was found that the principal physical consequence of geom etric m odulation is the form ation of two-scale W AP. The ART view point seem s to be fruitful in thinking how dot sw itches from one con guration to another w ithin the large tim e intervals, and how to identify dom inant channels of intra-dot evolution. The present experience creates believe that advantages of ART paradigm should be exploited nam ely in $3-D$ lattioes, where visual classi cation $m$ ets naturalbounds.

## 5 A cknow ledgm ents

Thew ork w as partially supported by the grant No.1/6020/99 (Slovak G rant A gency VEGA).M.Gmitra expresses thanks to D r. Z. Frait and D r. V. K am bersky from Institute of P hysics A S CR, P rague, for their hospitality and valuable discussions during stay supported by training netw ork contract H P R N - C T - $1999-00150$.

## A A ppendix

A . 1 O ne dim ensional enum eration schem e of superlattice sites
In the A ppendix site enum eration schem e mentioned in section 2 is described. In this schem e the superlattice relative position vector $r$ pointing from site to site is equal to

$$
\begin{equation*}
r=[M(; L) \quad M(; L)] e_{x}+[I(; L) \quad I(; L)] e_{y} ; \tag{19}
\end{equation*}
$$

where

$$
\begin{equation*}
M(\mathrm{a} ; \mathrm{b})=\mathrm{amodb} ; \quad \mathrm{I}(\mathrm{a} ; \mathrm{b})=[\mathrm{a}=\mathrm{b}]_{\mathrm{int}}: \tag{20}
\end{equation*}
$$

$H$ ere $M$ is standard $m$ odulo function and $I$ is the integer part of its argum ent ( $L$ is an integermultiple of $L_{0}$ ). The second part of Eq. (1) inchudes the exchange coupling $J$ generated by dependence

$$
\begin{array}{llllll}
=1 & \text { ( ) } 1 ; ~(~) ~ L ~ & 1 & \text { ( ) } 1 ; ~() ~ L o \tag{21}
\end{array}
$$

It gives rise to geom etry of dense square patteming of the period $L_{0}$ in perpendicular $e_{x}, e_{y}$ directions. In Eq.(21) is the K ronecker sym bol and

$$
\begin{equation*}
()=M \quad\left(M \quad(; L) ; L_{0}\right) ; \quad()=M \quad\left(I(; L) ; L_{0}\right) \tag{22}
\end{equation*}
$$

are dependences illustrated in F ig. 16. T he position of som e dot including site can be also w ritten in term sof $M$ and I functions:

$$
\begin{equation*}
\left.r_{i( }^{d}\right)=I\left(M \quad(; L) ; L_{0}\right) e_{x}+I\left(I(; L) ; L_{0}\right) e_{y}: \tag{23}
\end{equation*}
$$

Here

$$
\begin{equation*}
i()=L_{d} I\left(I(; L) ; L_{0}\right)+I\left(\mathbb{M}(; L) ; L_{0}\right) \tag{24}
\end{equation*}
$$

is one-dim ensionalm ap associating site index $w$ ith dot index i() $2 \mathrm{f0;1;2;::;L}_{\mathrm{d}}^{2} 1 \mathrm{~g}$.

## A. 2 Integration schem e

To derive explicit integration schem e w ith variable tim e steps 1 and 2 it is supposed that integral of spin angular frequency ? ( ) is approxim ated by

Z +

$$
\begin{equation*}
!\left({ }^{0}\right) d^{0}=\Gamma() ; \tag{25}
\end{equation*}
$$

where

$$
T(1)=a_{0}!(1)+a_{1}!(1 \quad 1)+a_{2}!\left(\begin{array}{lll}
1 & 2 \tag{26}
\end{array}\right)
$$

is local averaged! ( ${ }^{0}$ ) expressed through coe cients

$$
\begin{align*}
& a_{0}=\frac{2+6_{1}^{2}+3_{2}+6_{1}(1+2)}{61(1+2)} ;  \tag{27}\\
& a_{1}=\frac{2+3_{1}+3_{2}}{6_{12}^{2}} ;  \tag{28}\\
& a_{2}=\frac{2+3_{1}}{6_{2}(1+2)} \tag{29}
\end{align*}
$$

derived by equating to zero the series of di erence $\mathbb{T h} s \mathbb{F}:(25)$ rhs: q:(25)] considered up to the order O ( ${ }^{4}$ ). The reason for use of non-constant prefactors $1 ; 2 \quad 1$ is the opportunity to change adaptively integration step via the instantaneous spin rotation extrem e

$$
\begin{equation*}
\max _{=0 ;::: ; \mathrm{L}^{2} 1} \quad \mathrm{~T}(\quad 1 \quad): \tag{30}
\end{equation*}
$$

In the uniform case $1=2=1$, the quadrature is com patible with A dam sBashw orth 3th order integration formula. The initial two steps estim ating! ( ) and! ( 2 ) can be perform ed using Euler schem e obtained for $a_{0}=1, a_{1}=a_{2}=0$.

## R eferences

[1] G. Prinz, K . H athaw ay (Eds.), Physics Today, A IP, N ew York, 1995, pp 24-63, special issue of this sub ject.
[2] M . N atali, A. Lebib, Y. C hen, IL . P rejoeanu, K . O unad jela, J A pplP hys. 91 (2002) 7041.
[3] S H. Liou, R F. Sabiryanov, J M agn M agn M ater 226 (2001) 1270.
[4] T. Leinew eber, H . K ronm uller, J M agn M agn M ater 192 (1999) 575.
[5] E.Yu.Vadm edenko, A. G hazali, J.C S. Levy, PhysR ev B 59 (1999) 3329.
[6] O . Iglesias, A . Labarta, J M agn M agn M ater 221 (2000) 149.
[7] H . K achkachi, M . N ogues, E. Tronc, D A. G aranin, J M agn M agn M ater 221 (2000) 158.
[8] S.Santam aria, H .T.D iep, J A ppl.P hys. 91 (2002) 6872.
[9] K L.M etlov, phys.stat.sol.(a) 189 (2002) 1015.
[10] S. H aykin, "N euralN etw orks", by P rentice H all, Inc. Sim on and Schuster, New Jersey, 1999.
[11] D . H orvath, M . G m itra, I. V avra, J M agn M agn M ater 231 (2001) 273.
[12] D . H orvath, M . G m itra, J M agn M agn M ater 256 (2003) 195.
[13] M E. Schabes, H N.Bertram, JApplPhys. 64 (1988) 1347.
[14] H .V . Jones, R .N . C hantrell, J A ppl.P hys. 91 (2002) 8855.
[15] R.K ikuchi, J. A ppl. P hys. 27 (1956) 1352.
[16] Yu P. K alm ykov, S.V . T itov, P hys. Solid. State 42 (2000) 918.
[17] H B.Braun, Phys. Rev. Lett. 71 (1993) 3557.
[18] M . B auer, J. Fassbender, B . H illebrands, P hysR ev B 61 (2000) 3410.
[19] D. H inzke, U . N ow ak, J. M agn. M agn. M ater. 221 (2000) 365.
[20] J J. M iles, B K . M iddleton, J M agn M agn M ater 95 (1991) 99.
[21] H B. Braun, P hysR ev B 50 (1994) 16485.
[22] G A. C anpenter, S. G rossberg, A pplied Optics 26 (1987) 4919.
[23] V . H onavar, L. U hr, "A rti cial Intelligence and $N$ eural N etw orks: Step Tow ard P rincipled Integration", A cadem ica P ress, B oston, 1994.

## B Figure C aptions



Figure 1: The array snapshot including con guration $w$ th the resolution given by $\mathrm{N}_{\mathrm{S}}=4=2$ 2. O btained for param eters $D=J=0: 1, L_{0}=20$ at characteristic time $\mathrm{ch}=8: 516$. The di erences betw een coherent rotation at array comers and ow er m ode near to the array center are striking. The dashed lines inside m agni ed segm ents a), b) belong to bounds separating dots. A long these lines the exchange couplings are broken.


Figure 2: T wo schem es show ing principal transients of nucleation, W A P form ation and annihilation. The intra-dot open (straight) W AP (case a) occurring at earlier transients of rem agnetization in eccentric dots. The center-sym m etric W A P closed m ode (case b) typical for late transients and dots positioned near the array center.


Figure 3: The array snapshot and its magni ed details a), b) obtained for late stage ( = 11) of reversal (the dot labels and $m$ odel param eters are identical as in the $F i g$.1) nearly the tim e when the intemal energy (free from $Z$ eem an term) reaches its maxim um.













$\square$

Figure 4: The reversal in the representation of one dim ensional spin projections $S_{1}(t)$ e. The left hand side sequence of gures constructed for $22^{\text {nd }}$ stright line (solid line) and for $37^{\text {th }}$ line (dashed line) in the extemal eld direction $e_{x}$. T he right hand side sequence belongs to $97^{\text {th }}$ (solid line) and $102^{\text {nd }}$ line (dashed line) of the considered system $D=J=0: 1, L_{0}=20$.


Figure 5: The snapshot illustrating sim ilarity of nonlinear W AP at intra-dot ( $L_{0}=20$ ) and inter-dot ( $L=200$ ) spatialscales (at di erent tim es). The rescaling is perform ed for dot indexed by $i=55$ taken from $102^{\text {nd }}$ line of array [spin index changes w ithin 2 h 20500 ; 20519i] at time $=13: 5$ (depicted by solid line) and for $28^{\text {th }}$ spin line of array [w here 2 h 5600 ;5799i] at $=9: 7$ (dashed line). The inter-dot and intra-dot con gurations look sim ilar when the spin coordinates are transform ed using m ultiplicative factor $\mathrm{L}_{0}=\mathrm{L}$.


Figure 6: The spatio-tem poral sim ilarity of the $m$ agnetic con gurations occurring at intra-dot and array scales. O $n$ the left hand side we plot overall $m$ om ents of dots at di erent tim es $=4: 5$ (upper array ower) and $=8: 5$ (bottom array con guration). Thedetailed intra-dot con gurations show $n$ at the right hand side colum $n$ corresponding to dot $m$ om ents $m$ arked by the bold vector and xed at the later tim es $=8: 5$ (upper intra-dot ower) $=12: 5$ (bottom three-dom ain intra-dot con guration) for $D=J=0: 1, L_{0}=20, L=200$.


Figure 7: $T$ he ch ( $L_{0}$ ) dependence calculated for $D=J=1, H=J=e_{x}$. The insert com pares characteristic timefor' $0>0$ and ' $0=0$ con gurations in isolated dot. The $m$ ost rem arkable are di erences for $s m$ all $L_{0}$. The lines are guidelines to eye. Only a weak dependence on hierarchical cut-o is observed. Thes test of ch accuracy for a given size of array is perform ed for $L_{0}=5$ and $r_{\text {cut }} 2 \mathrm{f} \overline{2}_{0} ; 2 \overline{2} \mathrm{~L}_{0} ; 3^{2} \mathrm{~L}_{0} \mathrm{~g}$. The calculations con m that changes in ch does not exceed bound 0:004.


Figure 8: $T$ he ch $(\mathbb{D}=J$ ) dependences obtained for di erent rem agnetization ( ow er and vortex) $m$ odes of four-spin system sim ulated for ${ }^{\prime} 0>0$ (left hand side) and for ${ }^{\prime} 0=0$ (right hand side). The cusp corresponds to four-spin bifurcation point $D{ }_{c}^{f}$.


Figure 9: The plot of ch $(\mathbb{D}=J)$ dependence obtained for $m$ odulation $L_{0}=20$. The variation of ch $(\mathbb{D}=J)$ slope near $D_{c}$ associated w th change of reversalm ode.


Figure 10: The plot of $\mathrm{ch}(H=J)$ dependence obtained for $L_{0}=20$ and $D=J=0: 1$. $D$ ashed line represents $t_{c h}=a(J=H) \quad b D\left(J=H^{2}\right)$ w th param eters $a=8: 302 \quad 0: 122$ and $b=1: 506 \quad 0: 131$. $T$ he choice of tting function stem $s$ from the asym ptotic $H$-dependence derived for four-spin $m$ odel in sect. 32.


Figure 11: T he schem atic exam ple of intra-dot segm entation. Figure show ing sixth square segm ent labeled 2 i6 belonging to ith dot including $N_{S}=49$ spins.

$F$ igure 12: The pruning of $A R T$ neurons. The num ber of neurons $\mathrm{N}_{\mathrm{w}}$ decreases w th increasing vigilance param eter. The dependences obtained for $D=J=0: 1$ and $L_{0}=20$. The intra-dot con guration is locally averaged over $N_{S}=4$ spins [see Eq.(12)]. C ase a) corresponds to con guration near to the sw itching time ( $=8: 5$ ). C ase b) belongs to tim ewhen the intemal energy (free from Zeem an term) is near its $m$ axim um $(=11)$.

$F$ igure 13: The ART netw ork representation of the $m$ ain intra-dot transients of array reversal for $\mathrm{D}=\mathrm{J}=0: 1, \mathrm{~L}_{0}=20$. The con gurations corresponding to di erent tim es obtained for $\mathrm{N}_{\mathrm{s}}=4$ segm ent average [see Eq.(12)]. The arrow s connect closest transient con gurations (in the sense of the $m$ agnetic Euclidean distance). The extrem al num ber of neurons occurring for $=9: 1$ roughly corresponds to the $m$ axim um of intemal energy.


Figure 14: Figure show ing ART trained w ith relatively sm all vigilance $=0: 8$. T he netw ork properly uncovers m echanism ofW AP annihilation and nonlinear wave motion.


F igure 15: T he ART revealing interfacialfour-dot $m$ odes ofm agnetization reversal: inter-dot nonlinear wave pinning and form ation of inter-dot vortices. P aram eters: $D=J=0: 1, \quad=1: 22, N_{S}=4, L_{0}=10$ 。


| $\phi(\alpha)$ |  |  |  |  |  |  |  |  | $\xi(\alpha)$ |  |  |  |  |  |  |  |  |  |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| 0 | 1 | 2 | 0 | 1 | 2 | 0 | 1 | 2 | 0 | 0 | 0 | - | 0 | 0 |  |  | 0 |  |
| 0 | 1 | 2 | 0 | 1 | 2 | 0 | 1 | 2 | 1 | 1 | 1 | 1 | 1 | 1 |  | 1 | 1 | 1 |
| 0 | 1 | 2 | 0 | 1 | 2 | 0 | 1 | 2 | 2 | 2 | 2 | 2 | 2 | 2 | 2 | 2 | 2 | 2 |
| 0 | 1 | 2 | 0 | 1 | 2 | 0 | 1 | 2 | 0 | 0 | 0 | 0 | 0 | 0 |  |  | 0 | 0 |
| $\vdots$ | ! | ! | $\vdots$ | $\vdots$ | : | ! |  |  |  | ¢ | ! | ; |  |  |  |  | ! |  |
| 0 | 1 | 2 | 0 | 1 | 2 | 0 | 1 | 2 | 2 | 2 | 2 | 2 | 2 | 2 |  | 2 | 2 |  |

Figure 16: The illustration of onedim ensional site enum eration scheme ( $L_{0}=3, L=9$. . The modulation of connectivity $m$ atrix with period $L_{0}=3$ in $e_{x}$ and $e_{y}$ perpendicular directions realized by functions ( ), ( ) from Eq.(21).

